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Deep trap levels in the semi-insulating SI CdZnTe detector material were characterized by
simultaneous multiple peak analysis based on thermally stimulated current TSC measurements. In
our TSCs that have been published previously electron hole pairs were created through the use of
proton beam irradiation. Charge carriers were captured in deep traps and afterward released by
thermal emission, which was recorded in the 90–300 K range. We showed that the obtained TSC
spectra could be well fitted with a unique set of 14 different deep traps, which were all
simultaneously and completely characterized. The obtained trap data are in good accordance with
earlier deep trap characterizations of the other authors obtained on similar SI CdZnTe materials
using different methods. © 2008 American Institute of Physics. DOI: 10.1063/1.2959354
I. INTRODUCTION
Deep traps in semi-insulating SI materials can be char-
acterized by several techniques. Among them, the thermally
stimulated current1–3 TSC and the thermoelectric emission
spectroscopy4–6 TEES are routinely employed on SI III–V
semiconductors e.g., GaAs, InP, and GaN as well as on SI
CdZnTe detector materials.7–9 In this work, we characterize
defects with deep levels traps in the band gap of SI CdZnTe
Eg=1.57 eV at 300 K ternary detector material. Because
the device performance is greatly dependent on these defects,
proper characterization is very important. Trap filling is a
characterization method that is commonly performed by pho-
togeneration of charge carriers via illumination with the
over-band-gap light energies at low temperatures. However,
the amplitude of the signals obtained from the TSC measure-
ments is easier to measure than the amplitude of the signals
obtained from TEES measurements; TEES has an advantage
in that it can distinguish between electrons and hole traps.
Recently, many papers have been published on the use of
focused ion beams in the characterization of semiconductors
and devices. The theory of the ion beam induced charge
IBIC was summarized by Vittone et al.,10 whose work, es-
pecially in understanding the process of signal evolution, ini-
tiated the use of scanning ion microbeams. Charge collection
efficiency CCE maps obtained by scanning a microbeam
over the sample surface give qualitative descriptions of the
sample as well as the other valuable data such as the carrier’s
mobility lifetime  product, diffusion length, and the
width of the depletion zone in semiconductor devices. Time-
resolved IBIC TRIBIC is a technique through which the
electric response of material to a single incident ion can be
directly monitored with respect to time. For the pulse record-
ing and numerical fitting of transients, TRIBIC was applied
using the procedure introduced by Manfredotti et al.11 SI
CdZnTe material was examined with both the IBIC and
TRIBIC techniques at different temperatures.12 The obvious
change in CCE maps as well as of the TRIBIC transients
with temperature was recorded and explained by the pres-
ence of trap levels in the material.12
Medunić et al.13 showed that the use of ion microbeams
at different temperatures could be useful for studying semi-
conductors by applying IBIC TRIBIC in conjunction with
TSC, which is an improvement over the TSC method alone.
Besides rough-and-ready characterization and enumeration
of trap levels in the CdZnTe material, the TSC method dis-
tinguishes between electron and hole levels.13
In this work, we made further steps in the characteriza-
tion of deep traps. We used the above described TSC
spectra,13 in which charge carriers had been created by a
proton microbeam. To these TSC data we applied simulta-
neous multiple peak analysis14,15 SIMPA in order to
achieve simultaneous and full characterization of all deep
traps found in the examined SI CdZnTe. Basic principles of
the SIMPA characterization method are presented in Sec. III.
The results of the procedure revealed the existence of 14
different deep traps in the examined samples. Their full and
precise characterization, enumeration, and cataloging were
performed. These findings proved an earlier assumption that
the measured TSC spectra are composed of many overlap-
ping peaks. This is especially true in the region of the domi-
nant peak at 168 K; in previous studies, when this was
treated as an individual peak, its characterization gave an
unphysically small capture cross section 10−25 cm2.13
Our trap data are in a good accordance with earlier deep
trap characterization results, obtained by other authors on
similar materials using TSC, TEES, and other characteriza-
tion methods. These findings show that the use of a proton
beam for the creation of charge carriers leads to valuable
TSC measurements and consequently to reliable and com-
plete deep trap characterization.
II. EXPERIMENTAL
In order to create electron-hole pairs, a beam of 5 MeV
protons focused on a spot of several micrometers was
scanned in a nuclear microprobe chamber over the lateral
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surface between the electrical contacts of CdZnTe
sample.13 The total beam fluence was 2107 protons, which
is below the value where the material damage can become
important. The penetration depth of the proton beam in
CdZnTe assumed density 5.8 g /cm3 was 150 m as de-
termined using the TRIM code.16 Such penetration depths as-
sure that the surface effects are negligible. Charge carriers
were created and captured by deep traps at low temperature
and then released by thermal emission, which was recorded
as a function of temperature in a 90–300 K range TSC spec-
trum. The heating rate was 0.1–0.5 K/s. Bias voltage was
applied at all times during the irradiation process. Current
through the sample was measured by heating at room tem-
perature by the use of Keithley 6514 electrometer. Bias volt-
age of 200 V was not exceeded in order not to cross the 250
V limit of the Keithley instrument.
The samples in this study had a measured resistivity of
1010  cm. CdZnTe grade detectors were provided by
eV Products. They have a cubic shape with dimensions 5
55 mm3 and were furnished with sputtered or electro-
less Au contacts placed on two opposite cube faces. The
samples were mounted between two spring loaded Au con-
tacts ensuring good electric contacts during the measure-
ments. Thermal contact was achieved through the bottom
side of the sample, which was placed on the copper body of
the sample holder. During the experiments, the samples were
kept in the dark to prevent any excitation of charge carriers
by light, thus avoiding unintentional deep trap filling.
Samples were irradiated homogeneously over one lateral side
of the sample between the contacts or over some specific
areas of that sample side. This could, in principle, enable
studies of inhomogeneities in spatial distribution of traps.
Additional experimental details can be found elsewhere.12,13
III. SIMPA CHARACTERIZATION METHOD
The SIMPA method is an analytical procedure for simul-
taneous and complete characterization of all deep traps found
in the examined semiconductor material. Previously, it has
been used to characterize deep traps/levels in SI GaAs Refs.
14 and 15 and SI GaN.17,18
This method is based on the assumption that the TSC
spectrum is a sum of TSC peaks belonging to the specific
deep levels and the dark current IdarkT=C exp−EDD /kT,
where C is a constant and EDD is a deep donor level analo-
gous to the “EL2” midgap level in SI GaAs.19 The EDD level
plays important role in electrical compensation and the
strength of the dark current. Because the resistivity of our
samples was on the order of 1010  cm, one can infer that
electrical compensation was achieved.
Temperature dependent fitting function ISIMPAT includ-





i T + IdarkT , 1
where ITSC
i T represents the ith individual TSC peak and m
is the total number of different deep traps calculated. The
measured TSC spectra were fitted using the theoretical TSC
function, yielding deep trap parameters as output.
In the “first order kinetics” approximation, a single TSC
peak resulting from an electron trap can be described as14
ITCS
i T = KG Ni DtT2 exp− Ea,ikT − kDtEa,iT4e−Ea,i/kT





where KG denotes a geometrical factor and Ni is the carrier
density of the filled ith deep trap at the beginning of the
temperature ramp. The variable Ea,i is the activation energy
of the ith trap, and  is the heating rate; Dt,i is the tempera-
ture independent, trap dependent coefficient that includes the
electron or hole capture cross section i measured in cm2
and is defined as14 Dt,i=31021m /m0i, where m0 and m
represent the electron or hole rest and effective masses,
respectively.20 According to data from Ref. 21, for the same
SI CdZnTe sample as we used in this experiment eV Prod-
ucts, the m /m0 ratio is taken to be 0.112. The function
defined by Eq. 1 was used as the fitting function with Ea,i,
i, and Ni taken as unknowns. KG and , defined above, are
constants whose values were determined experimentally.
Analysis shows, however, that these parameters have a mea-
surable dependence on peak characteristics. Ni, Ea,i, and i
primarily determine peak height, position, and width, respec-
tively. Due to the relative interdependence of these param-
eters, a change of i up to 20% from the best fit value can be
compensated by a change of Ea for 1% and Ni for 5%
with good resulting fits. Hence, the uniqueness of the fit is
ensured within the confidence limits of 	20%, 	1%, and
	5%, for i, Ea, and Ni, respectively.14,15
In this case, the  product at 300 K was taken to be
1.610−4 cm2 /V, corresponding to the value estimated
from previous measurements on the same type of material21
as ours eV Products. For lower temperatures,  was cal-
culated based on the approximation that  is nearly constant
in whole specified temperature-range, and  exponentially
falls off with temperature21 from 3000 cm2 /V s at 100 K to
950 cm2 /V s at 300 K.
Generally, none of the 14 deep levels used in SIMPA
simulations was constructed artificially or assumed without
experimental support, i.e., without being well resolved or
displaying an even dominant peak in at least one of the mea-
sured TSC spectra and/or from the characterization results
for deep traps on similar SI CdZnTe materials found in the
literature. All these results were obtained by means of TSC,
TEES, and/or with the other characterization methods, such
as photoluminiscence PL,21 cathodoluminescence CL,22,23
deep level transient spectroscopy DLTS,23,24 deep level op-
tical spectroscopy DLOS,24 photoinduced current transient
spectroscopy PICTS,7,9,22,23,25–27 or photoconductivity.28
IV. RESULTS AND DISCUSSION
Figure 1 presents the SIMPA fit of a smooth TSC curve
obtained in our earlier work.13 The thick solid curve repre-
sents the fitted theoretical ISIMPA function defined by Eq.
1. The dotted curve is the measured TSC spectrum where
=0.1 K /s with a bias voltage V=−200 V. The solid thin
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curves correspond to each individual TSC peak belonging to
a respective deep trap level. Earlier approaches to TSC
spectrum analysis took into account a single peak with a
maximum at 168 K, which led to a physically unrealistic
value of the capture cross section.13 It was apparent that the
whole TSC spectrum should be treated as the composition of
many overlapping individual TSC peaks. As seen in Fig. 1, a
very good fit was achieved using a theoretical function com-
posed of 13 different deep traps plus the dark current medi-
ated by the deep donor level EDD.
Figure 2 shows the SIMPA fit of the TSC spectrum of
the CdZnTe sample, this time irradiated in a smaller area and
biased at V=−200 V. This time, the sample was heated at
=0.5 K /s. In this case, a fewer electron-hole pairs were
generated resulting in a lower trap-filling rate. In comparison
to the single broad TSC peak seen in Fig. 1, a more pro-
nounced structure of TSC peaks can be observed in Fig. 2.
This confirms the assumption13 that the peak in the measured
TSC spectrum is composed of several overlapping peaks.
The structure appeared because of the higher heating rate
used in this experiment. This higher heating rate also caused
a shift in the TSC peak maxima by approximately 10 K to a
higher temperature value in comparison to the values from
Fig. 1. This spectrum was also very well fitted by the theo-
retical curve composed of the same set of 14 deep levels
including EDD, as in the first case see Fig. 1.
We found that among fitting variables, i is the most
sensitive parameter.14,15,20 It has the strongest impact on a
single peak breadth.20 Neighboring peaks influence each
other, especially in overlapping areas and errors accumulate.
This is probably the main reason why our fitted curves are
not perfectly superimposed to the experiment.
Results determined from the best fits are presented in
Table I. The first column presents the assignment of each of
the TSC peaks, the second shows the value of the trap acti-
vation energy in eV, the third presents the capture cross sec-
tions in cm2, and the fourth gives the position of each peak
maximum in K. Columns 2–4 refer to the TSC measurements
with =0.1 K /s and columns 5–7 refer to the same param-
eters for measurements with =0.5 K /s. The results ob-
tained for  are in accordance with the literature, where most
of the traps have a capture cross section in the
10−18–10−12 cm2 range.
Table II presents deep trap concentrations calculated us-
ing Eq. 3, where column 2 refers to the data plotted in Fig.
1 and column 3 to the case shown in Fig. 2. Most of the trap
concentrations were found to be in the 1011–1013 cm−3
range. The highest concentration was obtained for the T12
trap 1014 cm−3. These results are three to five orders of
magnitude lower than those obtained in most previous
studies,21,26,28 in which the total concentrations of ionized
residual impurities both donors and acceptors and native
defects are estimated to be in the order of 1016 cm−3. This
result can be explained by noting that the conditions in our
case are probably insufficient for complete trap filling, al-
though in the literature defect concentrations sometimes can
indeed be much smaller29 four to five orders of magnitude
than generally expected.
A critical comparison of levels/traps obtained in this
FIG. 1. The SIMPA fit of TSC curve obtained in Ref. 13. The thick solid
curve depicts the fitted theoretical ISIMPA function defined by Eq. 1. The
dotted curve represents the measured TSC spectrum =0.1 K /s and a bias
voltage V=−200 V. The thin solid curves represent the individual TSC
peaks defined by Eq. 2.
FIG. 2. The SIMPA fit of the TSC curve obtained in Ref. 13. The thick solid
curve represents the fitted theoretical ISIMPA function defined by Eq. 1.
The dotted curve depicts the measured TSC spectrum =0.5 K /s and a
bias voltage V=−200 V. The thin solid curves represent the individual
TSC peaks defined by Eq. 2.
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work with levels obtained by other authors achieved using
the same or very similar material types follows. There is
good agreement between our results and those reported in the
literature regarding the activation energies, but there is less
agreement in the capture cross sections. There is a wide
range of results reported in the literature over five or more
orders of magnitude for the very same trap because of the
exponential dependence on temperature. In the literature, one
can rarely find complete parameter data for specific indi-
vidual deep traps. Some authors give Ea with or without ;
some just report raw TSC or TEES and PICTS Ref. 25
with only characteristic peaks assigned. Trap concentrations
also are presented very rarely. The authors usually apply dif-
ferent heat rates in their measurements. This results in misi-
dentification of the same levels or identification of previ-
ously occurring levels as a “new” level. These facts mean
that previous works complicated the deep trap analysis and
cataloging, probably giving an unrealistically large number
of more than 30 different levels26 reported in SI CdZnTe and
similar materials undoped and/or doped. The analysis of
our results follows below.
Trap T1 with an activation energy of 0.1 eV and a cap-
ture cross section of 310−21 cm2 may correspond to the
shallow levels or band of the so called A centers8,25,29,30
usually reported in the range of 0.12–0.15 eV, in particular,23
A0 0.12 eV, 210−16 cm2, A 0.14 eV, 1.01016 cm2,
and A1 0.15 eV, 410−17 cm2. The microscopic origin of
this level has been attributed to VCd-InCd, VCd-ClTe, or
VCd-InTe complexes.
23,29 Traps with similar activation ener-
gies are also often identified as unavoidable impurities, form-
ing donor Al, Ga, In, F, Cl, and Br, and/or acceptor levels
Li, Na, N, O, As, Ag, and Cu.
Traps T2 and T3 with Ea of 0.170 eV and 0.177 eV and 
of 1.810−19 cm2 and 3.010−18 cm2, respectively, corre-
spond to level A in Ref. 27 0.18 eV, 4.9610−15 cm2,
level B 0.20 eV, 3.010−16 cm2 in Ref. 23, the TEES elec-
tron trap E1 0.2 eV in Ref. 7, and level A 0.16 eV, 3.0
10−16 cm2 from the work of Castaldini et al.,22 where the
origin was attributed to a common A center or a Cu Ag
impurity. Two other levels, one at EC-0.19 eV and the other
at EV+0.2 eV where EV denotes the valence band, similar
to ours can be found in the DLTS results of Zerrai et al.24
The levels of these traps are also close to the 0.2 eV hole trap
level from the work of Lee et al.,8 which was attributed to
the Cd vacancy VCd, which is a native defect. Finally, yet
importantly, is the so called “oxygen” TEES level in CdTe in
work of Awadalla et al.31 This level is in closest agreement to
our results in both parameters 0.184	0.011 eV, 7	4
10−17 cm2. The authors attributed it to the OTe-VCd−/2−
complex.
Trap T4 0.23 eV, 6.010−18 cm2 corresponds nicely to
the acceptor level H1, which is a hole trap located at 0.23 eV
above the valence band, as found in TEES measurements of
Zerrai et al.7 It is also very close to level B 0.25 eV, 2.5
10−16 cm2 of Castaldini et al.22 obtained from their
PICTS measurements and designated as a Zn-related level.
Trap T5 0.276 eV, 2.410−17 cm2, according to Ea,
corresponds to the 0.27 eV level of Suzuki et al.32 and of
TABLE I. Deep trap parameters obtained by the SIMPA method from the best fits of measured TSC spectra. Columns 2–4 refer to the measurement with















T1 0.101 3.010−21 90 0.100 3.010−21 98
T2 0.170 1.810−18 104 0.174 1.810−18 110
T3 0.177 3.010−19 113 0.179 3.010−19 127
T4 0.230 6.010−18 124 0.234 6.010−18 138
T5 0.276 2.410−17 140 0.279 2.410−17 151
T6 0.298 9.110−18 155 0.291 6.110−18 165
T7 0.319 3.510−18 173 0.315 3.510−18 183
T8 0.392 0.610−16 188 0.397 0.610−16 200
T9 0.400 1.610−17 198 0.409 1.110−17 221
T10 0.446 2.310−17 215 0.446 2.110−17 233
T11 0.490 3.510−18 233 0.492 3.810−18 253
T12 0.505 2.410−17 256 0.499 2.310−17 270
T13 0.628 2.810−17 291 0.627 2.810−17 308
EDD 0.99 ¯ 0.99 -
TABLE II. Deep trap concentrations obtained from the best SIMPA fits of
the measured TSCs Ref. 13 for =0.1 K /s Ni
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Larsen et al.33 It is also close to level E2 0.26 eV observed
in the TEES spectra obtained by Zerrai et al.7
Trap T6 0.298 eV, 9.110−18 cm2 with a peak at 155
K is at the same position as the peak of level X found by
Cavallini et al.25 The concentration of this level increased
after low-energy neutron irradiation of their CdZnTe detec-
tors and decreased after one year rest period.
Trap T7 0.319 eV, 3.510−18 cm2 by activation energy
corresponds very well with level B 0.32 eV, 2.43
10−15 cm2 of Drighil et al.27 and with level D 0.32 eV,
810−16 cm2 of Castaldini et al.,23 which is closer to the
cross-section value in our traps. The defect in Ref. 27 was
attributed to the impurity levels of Cu, Au, or C, while in
Ref. 23 the authors associated this level with the TeCd anti-
site complex. In the work of Szeles,29 this antisite was con-
nected with the level positioned at 0.34 eV below the con-
duction band EC.
Traps T8 0.392 eV, 6.010−17 cm2 and T9 0.400 eV,
1.610−17cm2 are similar to the 0.4 eV electron trap from
Ref. 8, as attributed to a TeCd related defect. This level could
also be connected with level E 0.43 eV, 110−14 cm2 of
Castaldini et al.,23 which was attributed to VCd. Level Z in
Ref. 25 is peaked at a similar position to our T8 and/or T9.
Trap T10 0.446 eV, 2.310−17 cm2 in our TSC spectra
is positioned at the same peak position as the PICTS level J
in Ref. 25 215–233 K. At this position in the PICTS spec-
trum of Ref. 26, between strong peaks P3 and P5 there is a
clearly visible shoulder indicating the presence of a trap in
that position. A similar level called P5 0.44 eV, 1
10−10 cm2 can be found in the work of Fiederle et al.,34 in
the PICTS measurements on CdZnTe:Cl samples grown by
the traveling heater method THM. This level might also
correspond to the level at 0.4 eV of Lee et al.8
Closely spaced T11 0.490 eV, 3.510−18 cm2 and T12
0.505 eV, 2.410−17 cm2 traps can also be considered to
be members of the same band, positioned very closely to
each other in the forbidden energy gap. Comparing their
peak position to our results, their peak maxima are posi-
tioned between our peaks at 233 and 270 K, which also is
partly covered by peak P5 observed in the PICTS signal of
Zumbiehl et al.26 This P5 level has an activation energy of
about 0.6 eV. One of the closest levels to this group is level
P6 0.54 eV, 110−10 cm2 observed in the PICTS of
CdZnTe:Cl by Fiederle et al.34
Trap T13 0.628 eV, 2.810−17 cm2 is very close to
many of the levels reported in the literature. Castaldini et
al.22 reported a whole band between 0.55 and 0.65 eV, which
they claim has acceptor character and relate to a Zn vacancy.
This especially corresponds to their level C 0.57 eV, 3
10−12 cm2. The electron trap GEC-0.64 eV observed in
the PICTS spectra of Castaldini et al.23 is attributed to a Cd
interstitial Cdi
++. Zerrai et al.24 found a hole trap with Ea
=0.65 eV in their DLTS measurements, which they claim is
related to vanadium doping. In our TSC spectra, level T13 has
a peak maximum at 291 K, which corresponds well to the
PICTS level W found in the work of Cavallini et al.25
We will now discuss the deep donor level EDD in our
simulations that is positioned 0.99 eV below EC. This level is
responsible for dark conductivity as explained in the work of
Look et al.19 for an analogous so called “EL2” level in SI
GaAs. This level plays an important role in compensation
processes, and it is responsible for the SI nature of CdZnTe
samples. Many authors26,27,29 theoretically predicted the ex-
istence of this level band at 0.7–0.9 eV below EC. There are
many levels that fall within this or a moderately larger
energy range and that have been presented in the literature,
for example, the PICTS level P7 0.9 eV of Zumbiehl et
al.26 and the CL-PICTS levels D 0.77–0.78 eV and E
1.05–1.1 eV of Castaldini et al.22 Level H1 0.79 from
work of Castaldini et al.23 as well as levels C 0.96 eV and
D 1.09 eV obtained by Drighil et al.27 also belong in this
category. Electron trap E3 0.85 eV from the PICTS mea-
surements of Zerrai et al.7 should be mentioned as well.
V. CONCLUSIONS
Deep trap levels in SI CdZnTe ternary detector material
were characterized by the SIMPA method fitted to the results
of TSC measurements. TSC spectra were used in which
electron-hole pairs were created by the use of 5 MeV focused
proton beam irradiation. Charge carriers were captured in the
deep traps and afterward released by the thermal emission,
which was recorded in the 90–300 K range. It was shown
that the obtained TSC spectra could be well fitted with the
unique set of 14 different deep traps, which were all com-
pletely and simultaneously characterized. The obtained trap
data are in good accordance with earlier deep trap character-
ization results found in the literature, achieved through many
different methods on similar materials. Our results also con-
firm that the use of a proton beam for the creation of charge
carriers results in valuable TSC measurements and conse-
quently to reliable and complete deep trap characterization
and cataloguing.
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